Porosity governs normal stresses in polymer gels


Published in:
Physical Review Letters

DOI:
10.1103/PhysRevLett.117.217802

Citation for published version (APA):

General rights
It is not permitted to download or to forward/distribute the text or part of it without the consent of the author(s) and/or copyright holder(s), other than for strictly personal, individual use, unless the work is under an open content license (like Creative Commons).

Disclaimer/Complaints regulations
If you believe that digital publication of certain material infringes any of your rights or (privacy) interests, please let the Library know, stating your reasons. In case of a legitimate complaint, the Library will make the material inaccessible and/or remove it from the website. Please Ask the Library: http://uba.uva.nl/en/contact, or a letter to: Library of the University of Amsterdam, Secretariat, Singel 425, 1012 WP Amsterdam, The Netherlands. You will be contacted as soon as possible.
Porosity Governs Normal Stresses in Polymer Gels

Henri C. G. de Cagny,1 Bart E. Vos,2 Mahsa Vahabi,3 Nicholas A. Kurniawan2,4 Masao Doi,5 Gijsje H. Koenderink,2,‡ F. C. MacKintosh,3,6,7,† and Daniel Bonn1,‡

1Institute of Physics, University of Amsterdam, Science Park 904, 1098 XH Amsterdam, The Netherlands
2FOM-Institute AMOLF, Science Park 104, 1098 XG Amsterdam, The Netherlands
3Department of Physics and Astronomy, Vrije Universiteit, De Boelelaan 1081, 1081 HV Amsterdam, The Netherlands
4Department of Biomedical Engineering and Institute for Complex Molecular Systems, Eindhoven University of Technology, 5612 AP Eindhoven, The Netherlands
5Center of Soft Matter Physics and its Applications, Beihang University, 100191 Beijing, China
6Departments of Chemical & Biomolecular Engineering, Chemistry, and Physics & Astronomy, Rice University, Houston, 77005 Texas, USA
7Center for Theoretical Biophysics, Rice University, Houston, 77030 Texas, USA

(Received 11 June 2016; revised manuscript received 22 September 2016; published 18 November 2016)

When sheared, most elastic solids including metals, rubbers, and polymer gels dilate perpendicularly to the shear plane. This behavior, known as the Poynting effect, is characterized by a positive normal stress. Surprisingly, fibrous biopolymer gels exhibit a negative normal stress under shear. Here we show that this anomalous behavior originates from the open-network structure of biopolymer gels. Using fibrin networks with a controllable pore size as a model system, we show that the normal-stress response to an applied shear is positive at short times, but decreases to negative values with a characteristic time scale set by pore size. Using a two-fluid model, we develop a quantitative theory that unifies the opposite behaviors encountered in synthetic and biopolymer gels.

DOI: 10.1103/PhysRevLett.117.217802

When subjected to a shear stress, materials either shrink (shear contraction) or expand (shear dilatancy). As shown by Poynting more than a century ago [1], simple elastic solids exhibit shear dilatancy. Similar behavior has since been observed in more complex viscoelastic systems, such as granular materials, rubbers, and polymer glasses [2,3]. The tendency of such materials to dilate can be measured as a positive normal compressive stress or pressure that develops when a sample is sheared between two plates with a fixed gap. In case of polymer materials, shear dilatancy is usually described by the classical Mooney-Rivlin model [4,5], which predicts a normal-stress difference \( N_1 \sim G\gamma^2 \), where \( \gamma \) is the shear strain and \( G \) the network shear modulus. In Fig. 1(a) this behavior is illustrated for polyacrylamide (PAAm) hydrogels of varying stiffness subjected to an oscillatory shear deformation. Surprisingly, biopolymer networks have a pore size of order 10 nm [16], fibrin networks have pore sizes that can be in the micrometer range [17–19]. Fluid permeability can therefore play an important role in the mechanical response. For hydrogels with a small pore size, we expect a strong viscous coupling between the network and the solvent, which will suppress motion of the network relative to the solvent and effectively render the gel, as a whole, incompressible. By contrast, biopolymer gels can expel interstitial fluid to relax pressure gradients on long-enough time scales, allowing the network to contract upon shearing [7,20–22].

To study the role of porosity, we choose fibrin networks as a model system, the pore size of which can be tuned from nanometers to micrometers by simply changing the temperature, ionic strength, and pH during self-assembly [23]. This is demonstrated in Figs. 2(a) and 2(b), which show fluorescence microscopy images of two fibrin gels that are assembled at the same monomer concentration of 8 mg/mL but at different temperatures. Using quantitative measurements of the fiber mass-length ratio by light
scattering, we calculate average mesh sizes of 0.36 and 0.29 μm for these networks (see [9] for further details).

To test the influence of pore size on the normal-stress response, we subject each network to a constant shear stress and we monitor the normal stress as a function of time. Intriguingly, we find that in each case, the normal stress relaxes from an initially positive or close-to-zero value to a negative steady-state value with a rate that strongly varies with pore size. The characteristic relaxation time, $\tau$, increases from just a few seconds to $\sim 100$ s as the pore size of fibrin decreases from 0.36 to 0.08 μm. For PAAm gels with a pore size $\sim 10$ nm [16], the relaxation time grows to over 15 hours [Fig. 2(c)]. These observations support our hypothesis that the sign of the normal stress is controlled by the time scale for solvent flow through the network. The data suggest that the normal stress is positive as long as the polymer network and the fluid remain viscously coupled, and switches sign to become negative when the fluid can move relative to the network. Importantly, the time scale separating these behaviors is unrelated to the time scales apparent in the linear viscoelastic response [see Fig. 2(c)].

To quantitatively model the effects of network poroelasticity in the shear rheology of polymer networks, we start from the two-fluid model [24–27] that describes a polymer gel as a biphasic system composed of a linear elastic network immersed in a viscous and incompressible liquid [9]. The two components are coupled by a force per unit volume, $\Gamma(\vec{u} - \vec{v})$, acting on the liquid and opposite to the force on the network. This dissipative force arises from the relative motion of the solvent, which moves with velocity $\vec{v}$ and the network, with velocity $\vec{u}$. For a network with pore size $\xi$ and a fluid with viscosity $\eta$, $\Gamma \sim \eta/\xi^2$, since the Stokes drag force on a network strand of size $\sim \xi$ moving with relative velocity $\sim v$ is $\sim \eta \xi^2 v$ and this acts on a volume $\sim \xi^3$ [9]. Given the small polymer volume fraction $\phi$ of most hydrogels and biopolymer networks ($\phi \sim 10^{-3}$ for fibrin gels), the radial velocity component of the incompressible fluid effectively vanishes and the only radial motion is due to the network. This radial motion, $\dot{u}_r$, generates a radial pressure gradient in the solvent given by

$$ \nabla_r P = \Gamma \dot{u}_r = -\vec{\sigma}/r - (K/r^2)u_r, $$

where $K$ is the bulk modulus, $\vec{\sigma}$ is the stress tensor, and $u_r$ is the radial velocity. The two-fluid model is

FIG. 1. Normal stress difference $N_1 = 2F/\pi R^2$, where $F$ is the normal force (thrust) reported by the rheometer and $R$ is the sample radius, as a function of the amplitude of the applied oscillatory shear strain. (a) $N_1$ for PAAm [9] prepared with various ratios of monomer-to-cross-linker concentrations. The line indicates a quadratic dependence of $N_1 \sim \gamma^2$, as expected from the Mooney-Rivlin model [4,5]. (b) $N_1$ shown for fibrin gels polymerized at 22 °C at various fibrinogen concentrations (in mg/mL). The line indicates a $\sim \gamma^2$ dependence, but with negative sign.

FIG. 2. (a),(b) Fluorescence confocal microscopy images of fibrin networks whose pore size is tuned by polymerizing under different conditions, at (a) 22 °C and (b) 27 °C. The scale bars are 10 μm. Protein content is (8 mg/mL) in both samples. (c) Normal stress $\sigma_N$, given by the apparent normal-stress difference $2F/\pi R^2$ obtained from the rheometer thrust $F$, for four fibrin networks differing in pore size as a function of time after the application of a constant shear stress at $t = 0$. The stress relaxation curves are fitted to an exponential decay derived from the two-fluid model in [9] (black lines). The viscoelastic time scale is unrelated to the normal-stress transition, as shown in the inset where the storage moduli (filled symbols) and the loss moduli (open symbols) of the gels are plotted. (d) Schematic representation of the two-fluid model showing an inward, radial contraction of the network (black) relative to the solvent (blue) upon shearing.
for a cone-plate geometry. The net force on the network has two distinct elastic contributions. The first contribution comes from the hoop stress $\sigma_h$, which tends to drive the network radially inward [Fig. 2(d)] [9]; hoop stresses generated by shearing tend to drive radial contraction of the network and expulsion of the solvent, much as a twisted sponge expels water by contracting radially. By symmetry, $\sigma_h \sim r^2$ to lowest order, as noted above, although Eq. (1) is linear in $u_r$. The second contribution to the net force on the network comes from a restoring force that balances the radial contraction on long time scales (i.e., as $u_r \to 0$). This restoring force originates from the gradient in the elastic shear stress $\sim G \nabla u_r$ that results from the axial ($\zeta$) variation of $u$ [see Fig. 2(d)]. For a cone-plate rheometer with small gap size $d$ and small cone angle $\alpha$, the restoring force $\sim G/d^2 u_r$. Thus, since $d = \tan(\alpha) r$, $K \sim G/\tan(\alpha)^2$ in Eq. (1). We thus predict a characteristic relaxation time $\tau \sim \eta d^2 / G \tan(\alpha)^2$. Indeed, we experimentally observe a rapid decrease of the relaxation time with increasing pore size, consistent with the predicted scaling (see Fig. S1 in [9]).

We can consider two opposite limits of Eq. (1). In the limit of small pore size and $\Gamma \to \infty$, the radial displacement $u_r \to 0$ (with finite $\Gamma u_r$) and Eq. (1) reduces to $\nabla \sigma = -\Gamma \nabla u$. Shearing will thus increase the pressure toward the axis of the rheometer, which results in a positive contribution to the normal force. Dense hydrogels will therefore effectively behave as incompressible materials for which the normal force $F$ is related to the normal-stress difference $\sigma_{zz} - \sigma_{xx}$ by $N_1 = 2F/\pi R^2$, where $R$ is the sample radius [28]. $N_1$ is positive for a rubberlike material, consistent with measurements on polyacrylamide gels [5]. In the opposite limit of networks with a large pore size, the pressure difference can relax by water efflux and in steady state the two terms on the right-hand side of Eq. (1) cancel. In the absence of this pressure, only the polymer stress terms remain and the normal force measured by the rheometer is given by $F = -\pi R^2 \sigma_{zz}$, corresponding to a reported (apparent) normal-stress difference $N_1^{(app)} = -2\sigma_{zz}$.

A key prediction of the two-fluid model is that the response of the normal stress measured in a rheology experiment should depend on the experimental time scale relative to the characteristic relaxation time, $\tau \sim \eta d^2 / G$. To quantitatively test this prediction, we subject the fibrin gels to an oscillatory shear stress with frequencies between 0.001 and 5 Hz, allowing us to conveniently probe a range of time scales from 0.2 to 1000 s in a single experiment. We measure the normal stress response after the system has reached steady state (Fig. S2 in [9]). We focus on fibrin gels polymerized at 27°C, which have a relaxation time $\tau \approx 12.5$ s that lies in the middle of the experimentally accessible frequency range. In steady state, the observed normal stresses are indeed negative over the entire frequency range.

When we plot the time-dependent normal stress [Figs. 3(d)–(f)] as a function of shear stress, we obtain the Lissajous curves shown in Figs. 3(a)–(c). Strikingly,
the Lissajous curves completely change with changing frequency. For oscillation periods longer than $\tau$ [Fig. 3(a)], the normal stress decreases with increasing shear stress, demonstrating contractile behavior under shear. By contrast, for oscillation periods shorter than $\tau$, the normal stress increases with increasing shear stress, demonstrating extensile behavior [Fig. 3(c)]. The transition occurs at an intermediate frequency that is of order $1/\tau$ [Fig. 3(b)].

This experiment unambiguously shows that the normal stress response of a polymer gel is governed by fluid flow, which is suppressed at higher frequencies. The normal stress response is therefore controlled by the network pore size, and is furthermore dependent on the shear stress response of polymer gels, since we can calculate more rigorous test of the mechanism governing the normal modulus $\sigma$.

The only fit parameters are $A_1$ and $A$, since the shear modulus $G$ is measured independently from the shear stress at small strain and the relaxation time $\tau$ is measured independently from the normal-stress relaxation upon applying a constant shear stress $[\tau = 12.5 \, \text{s}, \text{Fig. 2(c)}]$. We observe excellent agreement between the data (symbols) and the model (solid lines) over the entire range of oscillation frequencies (Fig. 3), with fitting parameters that are insensitive to frequency (Fig. S1 in [9]).

Our observations reveal that poroelastic effects involving interstitial fluid flow play an unexpectedly important role in the shear rheology of polymer gels. Poroelastic effects in porous media such as fluid-imbibed polymer gels are usually considered to affect only volume-changing deformations such as compression and extension [31–33]. Our experiments and theory demonstrate that the shear response of polymer gels is highly sensitive to fluid flow and network compressibility, in spite of the volume-conserving nature of simple shear deformations. Depending on the time scale of deformation and the hydrodynamic coupling of the polymer network with the surrounding solvent, polymer gels behave as either incompressible materials with a positive normal stress or compressible materials with a negative normal stress.

We demonstrated that the normal-stress response of both synthetic and biopolymer gels is quantitatively captured by a minimal model that takes into account the biphasic nature of hydrogels. This model can explain why synthetic hydrogels exhibit shear dilation, while biopolymer gels have been reported to exhibit shear contraction. This suggests a new route to tailor the sign and magnitude of the normal stresses for polymer materials by tuning the pore size, solvent viscosity, and nonlinear shear elasticity. This could prove valuable in the context of materials science, since normal stresses can cause elastic instabilities that severely complicate processing [3]. Finally, our findings highlight the important role of poroelastic effects in tissue and extracellular matrix mechanics, where normal stresses can become a dominant stress component, even for small strains of order $10\%$ [7]. Related poroelastic effects in intracellular networks have previously been shown to govern the rheology of cells. However, the much-smaller cellular dimensions $d \approx 1 \, \mu\text{m}$ can be expected to limit the corresponding poroelastic relaxation time to be of order $1 \, \text{s}$, even for the smaller mesh sizes of order $10 \, \text{nm}$ [34], which renders cells effectively compressible on time scales $\gtrsim 1 \, \text{s}$.

This work was supported by the Foundation for Fundamental Research on Matter (FOM), which is part of the Netherlands Organisation for Scientific Research (NWO).

H. C. G. d. C., B. E. V., and M. V. contributed equally to this work.

---


2. P. E. G. van. [Fig. 3(b)].

3. D. Mack, [Fig. 3(b)].

4. G. Koenderink, [Fig. 3(b)].

5. D. Bonn, [Fig. 3(b)].

6. G. Koenderink, [Fig. 3(b)].

7. D. Bonn, [Fig. 3(b)].